Methodology of Calculation of Metal-polymer Sliding Bearings for Contact Strength, Durability and Wear

M. Chernets*a, J. Chernetsa, M. Kindrachuka, A. Kornienkoa

*a Aerospace Faculty, National Aviation University, Lubomyr Huzar 1, 03680 Kyiv, Ukraine.

Keywords:
Metal-polymer sliding bearings
Reinforced polyamide
Calculation methodology
Maximum contact pressures
Durability
Wear

A B S T R A C T

The methodology of calculation of hybrid (metal-polymer) sliding bearings by load capacity, durability and wear of the bushing made of reinforced polymer composites, in particular polyamide filled with glass or carbon dispersed fibers, is presented in the article. The technique of model triboexperimental studies is presented. Based on the results of these studies, the wear resistance diagrams of the investigated tribocouples of bearing materials were constructed and the characteristics of their wear resistance were determined. The specified contact and tribotechnical parameters have been calculated. Quantitative and qualitative regularities of their change from the main studied factors of influence are established: load, bushing diameter, radial clearance. Empirical relationships between maximum contact pressures and durability are determined depending on the factors specified.

© 2020 Published by Faculty of Engineering

1. INTRODUCTION

In modern mechanical engineering and other areas of human activity, various types of sliding bearings are widely used. This is because there are many applications where they have advantages over rolling bearings. Their diameters vary from 0.02 mm (sub-micromachines [1]) to 1100 mm (marine engines [2]), and widths vary from 0.01 mm to 1000 mm. They operate at loads much smaller than Newton and up to 20 million Newton at rotational speeds from rpm to hundreds of thousands of rpm. They are used in various operating conditions as in liquid (gas), boundary lubrication, and in dry friction. In their design, a different combination of materials of mating elements is used. The shaft is usually made of steel (cast iron), and the bushing can be made of various metal materials that work well with the material of the shaft (babbits, Cu alloys, Cu – Pb alloys, Sn-Pb-Cd alloys, Al alloys, Zn alloys). However, various non-metallic materials (carbon materials, layered composites, polymers, filled polymer-based composites) have become widespread in the manufacture of bushings. Such hybrid bearings work well in dry friction without the need for lubrication and in
conditions where the technological requirements do not allow the use of lubricant or when it is impossible to change it; have increased damping ability; low noise and other positive qualities [2]. Important among all non-metallic bushing materials are polymer composites based on polyamides, polycarbonates, polyimides, polyacetals, polyamidoimides, polyether ketones, polytetrafluoroethylene and others with various fillers that increase their durability. It should be noted that the number of new types of composite materials for metal polymer bearings is growing rapidly. In addition, the properties of the base polymers can be significantly improved by modifying various inclusions that have a positive effect on the processes of friction and wear [3,4].

Metal-polymer bearings consisting of a steel shaft and composite bushings of sufficient thickness usually operate in conditions of dry friction or insufficient lubrication at high coefficients of friction, which causes increase of bushings wear. In many cases, they operate in dry friction conditions where lubrication cannot be used or provided. However, the choice in the engineering practice of the optimal compositions of metal-polymer bearings is practically not based on scientific methods of design calculations. At present, there are no adequate standards for the calculation of metal-polymer bearings, and the known in the literature calculation [2, 5-13] and numerical methods for the study of metal [14-17] and metal-polymer [18-20] sliding bearings have not yet found practical application due to the use of various simplifying conditions of wear-contact interaction of moving parts. Obviously primarily because they are based on the well-known Archard law of abrasive wear, which assumes a linear dependence of wear on contact pressure and sliding speed. And this kind of wear with the micro-cutting mechanism is practically not allowed even in dry friction bearings. Also significantly different are the mechanical properties (6-8 times) and the Young's modulus (50-100 times) of shaft and bushing materials, which fundamentally affects the contact and wear characteristics of this tribotechnical slip system.

Therefore, the development of adequate to the actual operating conditions, efficient and sufficiently simple methods of calculating the load capacity, wear and durability (hours, rpm) of metal-polymer bearings at the design stage remains a crucial task. This research is dedicated to solve this pressing problem. For this purpose, the correct analytical methods [21,22] for calculating the wear of sliding bearings with metallic contacting elements, including the small non-circularity of shaft and bushing contours [22-26], were used. They are based on the methodology of the wear kinetics study at sliding friction as a process of friction - fatigue destruction of the surface layers of materials of tribosystem elements [21,27].

2. MATHEMATICAL MODEL OF THE WEAR KINETICS AT SLIDING FRICTION

It is assumed that there is a functional dependence of the wear rate (wear rate) and the specific friction force arising in the region of the tribocontact. Therefore, to describe the kinetics of wear by the fatigue mechanism in dry sliding friction according to [21,27], a system of linear differential equations is used:

\[
\frac{1}{v} \frac{dh_1}{dt} \Phi_1(\tau) = 1, \quad \frac{1}{v} \frac{dh_2}{dt} \Phi_2(\tau) = 1,
\]

where \( v \) is the sliding speed; \( h_1, h_2 \) are the linear wear of tribosystem elements; \( t \) is the wear time; \( \Phi(\tau) \) is the basic parameter of the model as the characteristic function of wear resistance of tribocouple materials for the accepted conditions of wear; \( L=vt \) is the friction path.

As a parameter of the load of tribocontact at sliding friction is taken the specific friction force \( \tau \), the level of which determines the wear rate of the tribosystem elements. The Amonton-Coulomb formula is widely used for its definition

\[
\tau = f p,
\]

where \( f \) is the coefficient of friction; \( p \) is the contact pressure calculated by the methods of elasticity theory [5-9, etc.], in particular in this model by the methods given in [5, 22, 25-28].

The characteristic function \( \Phi(\tau) \) of the wear resistance of materials at the accepted discrete values of the specific friction forces \( \tau_i \) is calculated according to the results of tribo-experimental studies [21,27]

\[
\Phi(\tau) = L_0/h_0
\]
where the linear wear $h_1$ of samples is established as a result of model tribo-experimental studies, $l$ is the loading levels.

The approximation of the discrete values of functions $\Phi(\tau)$ calculated according to expression (3) is performed by the following function:

$$
\Phi_k(\tau) = B_0 \frac{r_{1u}^0}{(\tau - r_{1u})^{\kappa}},
$$

where $B_0$, $m_0$, $r_{1u}$ are wear resistance characteristics of materials in tribocouple, determined using the method of least squares, in particular $r_{1u}$ - the minimum value $\tau$ at which wear stops, $k = 1; 2$ is the numbering of tribosystem elements.

3. METHOD OF CALCULATING THE INITIAL CONTACT PRESSURES

The plane contact problem of elasticity theory about the internal contact of cylindrical bodies of close radii is considered, as is the case in the sliding bearing. Its design scheme is shown in Fig. 1.

![Fig. 1. The scheme of the sliding bearing.](image)

The bearing journal is subjected to a radial load $N$, which in the plane problem is assigned to the length $l$ of the journal, and then the concentrated load $F = N/l$ will be applied in the center of the shaft (disk). Shaft 2 (Fig. 1) rotates at a constant angular velocity $\omega_2$. Between the journal of the shaft 2 and the bushing 1 is a radial clearance $\varepsilon = R_1 - R_2 \approx 0$. The shaft is usually made of steel, and the bushing is made of other materials, so their wear resistance and elastic properties will be different. When the bearing force $N$ is applied in the contact area $2R_2\alpha_0$, an initial contact pressure $p_\alpha$ arises, whose distribution law is unknown and which will decrease as the contact angle $2\alpha_0$ increases in the process of element wear.

To solve this plane contact problem of elasticity theory, the Kolosov-Muskhelishvili complex potentials for displacements and stresses are used, which are obtained on the basis of the theory of functions of a complex variable. To establish the original equation of the problem, the condition of equality of curvatures of compressed bodies in the region of their contact is used [22]. The following integer-differential equation is used to calculate the initial static contact pressures $p_\alpha$ arising in the contact area of the bearing elements [27]:

$$
c_1 \alpha \cot \frac{\alpha - \theta}{2} p_\alpha d\theta = c_2 p_\alpha + c_3 \int p_\alpha d\alpha +
$$

$$
+ c_4 \cos \alpha \int p_\alpha \cos \alpha d\alpha + \frac{\varepsilon}{R_2^2},
$$

where $p_\alpha = dN/d\theta$, $\alpha$ is the polar angle; $0 \leq \alpha \leq \theta$,

$$
0 \leq \theta \leq \alpha_0.
$$

$$
c_1 = \frac{1}{8\pi} \left( 1 + \kappa_1 \right) + \frac{1}{G_1 R_1}, c_2 = \frac{1}{4} \left( 1 - \kappa_1 \right) - \frac{1}{G_1 R_1},
$$

$$
c_3 = \frac{1}{8\pi G_1 R_1}, c_4 = \frac{1}{2\pi} \left( \kappa_2 + \frac{1}{G_2 R_2} \right); R_1 \approx R_2 = R; G_1, G_2
$$

are the shear modulus of materials; $\nu_1, \nu_2$ are the Poisson coefficients; $\kappa = 3 - 4\nu$ is the Muskhelishvili constant, $E = 2G/(1+\nu)$.

The approximate solution of equation (5) for determining $p_\alpha$ is performed by the collocation method for one collocation point $\alpha = \pm 0.5\alpha_0$. The contact pressure function is determined as [27]:

$$
p_\alpha \approx E_0 \sqrt{\frac{\tan \frac{\alpha_0}{2} - \tan \frac{\alpha_0}{2}}{\alpha_0}},
$$

where $E_0 = (\varepsilon_1 / R_2) \cos^2(\alpha_0/4)$, $\varepsilon_1 = 16G_2(1 + \nu_2)(1 + \nu_1)/Z$,

$$
Z = 2G_1(1 + \kappa_2)(1 + \nu_2) + 2G_2(1 + \kappa_2)(1 + \nu_1)(1 + \nu_2).
$$

To determine the unknown half contact angle $\alpha_0$ by the method of successive approximations, the condition of equilibrium of forces applied to the shaft is used:

$$
F = R_2 \int_{-\alpha_0}^{\alpha_0} p_\alpha \cos \alpha d\alpha = 4\pi R_2 E_0 \varepsilon \sin^2(\alpha_0/4).
$$
4. METHOD OF CALCULATING TRIBOTECHNICAL CHARACTERISTICS OF THE BEARING

To determine the half triboccontact angle \( \alpha_{th} \) characterizing the contact zone during wear, a condition similar to condition (7) is used.

\[
F = 4\pi R_c E_0 (c + c_{th} \tan^2 \alpha_{th}/4),
\]

where \( c_k = h_k \tan(-K_k^{(i)}) + h'_k \); \( h'_k = h_k / h \), \( h'_k = h_k / h \) are relative wears in the tribosystem; \( K_k^{(i)}, K_k^{(ii)} \) are the mutual overlapping factors bearing elements in the moving contact; \( c_{th} \) is the rate in the triboccontact angle increase.

\[
h'_k = \frac{h_k}{h} = \frac{\Phi_1(t)}{\Phi_2(t)} = \frac{B_1 \tau_{10}^m (\tau - \tau_{10})^{m_1}}{B_2 \tau_{20}^m (\tau - \tau_{20})^{m_2}} K_1^{(i)},
\]

\[
h'_k = \frac{h_k}{h} = \frac{\Phi_2(t)}{\Phi_1(t)} = \frac{B_2 \tau_{20}^m (\tau - \tau_{20})^{m_2}}{B_1 \tau_{10}^m (\tau - \tau_{10})^{m_1}} K_1^{(ii)};
\]

\[
\tau = f p_0 = f E_0 \tan (\alpha_{th}/2).
\]

After the transformations of expression (13) the formula for calculating the linear wear of the bearing bushing 1 and the shaft 2 at a given durability \( t \) is:

\[
h_k = \left[ 1 - \frac{2}{c_{th} S_k K_k^{(i)} c_k} \left( \frac{H_1 - \tau}{H_1 - \tau_{10}} - \tau_{10} \right) \right] \left( \frac{1}{L_k - \tau_{10}} \right),
\]

where \( L_k = B_1 \tau_{10}^m / c_{th} S_k (1 - m_k) \sum K_k^{(ii)} \), \( H_1 = \tau - \tau_{10} \).

The linear wears \( h_k \) of the bearing elements are interconnected, i.e.

\[
h_1 = h_1 / K_1^{(i)}, \quad h_2 = h_2 / K_1^{(ii)}.
\]

5. EXPERIMENTAL STUDY OF MATERIAL WEAR RESISTANCE

To determine the linear wear of material samples of bushings made of polymer-filled composites (glass and carbon-filled polyamide PA6), triboexperimental studies were performed according to the force scheme of end friction (two composite rods - steel disk) (Fig. 2) on a modernized Amstler friction machine. Research program: contact pressure \( p = 1, 2, 5, 10, 20 \) MPa, sliding speed \( v = 0.4 \) m / sec, friction path \( L = 2000 \) m, diameter of the pin specimen \( d = 4 \) mm. The wear mass loss of the samples \( \Delta M \) was determined, and the average linear wear \( h \) of their contact surface was calculated by the formula:

\[
h = \frac{\Delta M}{\rho S},
\]

where \( \rho \) is the density of the polyamide composite; \( S \) is nominal contact area.

![Fig. 2. Friction unit pin-on-disk.](image-url)
Based on the obtained results of triboexperimental studies of these composites on their wear resistance diagrams, their comparative wear resistance was evaluated and it was found that the carbon-filled composite will be 3.6 times more wear-resistant than the glass-filled one.

If we take into account that wear resistance is an inverse characteristic of wear rate, then, accordingly, the experimental inverse function of linear wear resistance $1/\Phi(\tau)$ will be the experimental function of linear wear rate $I_b(\tau)$ at discrete values of specific friction force $\tau_c$.

$$\frac{1}{\Phi(\tau)} = \frac{h_i}{L_i} = I_b(\tau). \quad (18)$$

Also wear resistance function $\Phi(\tau)$ is related to the linear wear rate $\gamma_b(\tau)$ by the following relation:

$$\Phi(\tau) = v/\gamma_b(\tau), \quad (19)$$

inverse dependence

$$\gamma_b(\tau) = v/\Phi(\tau) = vI_b(\tau), \quad (20)$$

which allows to compare the results of experimental evaluation of material wear resistance according to the developed method with the results available in the literature under similar wear conditions, first of all at the same specific friction forces and sliding speeds.

6. EXAMPLE OF WEAR CONTACT PROBLEM SOLUTION, RESULTS

Metal-polymer bearings with the following materials of elements are investigated:

Shaft - steel 0.45%C normalized, grinding; modulus of elasticity and Poisson's ratio $E_2 = 210$ GPa, $\mu_2 = 0.3$; $B_2 = 10^{13}, m_2 = 2$, $\tau_{20} = 0.1$ MPa.

Bushing:
1) composite: glass-filled polyamide PA6 + 30GF, $E_{GF} = 3.90$ GPa, $\mu_{GF} = 0.42$, volume content of filler - 30%.
2) composite: carbon-filled polyamide PA6 + 30CF, $E_{CF} = 5.20$ GPa, $\mu_{CF} = 0.42$, volume content of filler - 30%.

Data for calculation: $N_{\text{max}} = 1500$ N, $N = 1000$ N, $N_{\text{min}} = 500$ N; $F = N/l$; $D_2 = 20, 25, 30$ mm; $l = D_2$; at $D_2 = 20$ mm - $F_{\text{max}} = 75$ N, $F = 50$ N, $F_{\text{min}} = 25$ N; at
$D_2 = 25\, \text{mm} - F_{\text{max}} = 60\, \text{N/mm}, F_s = 40\, \text{N/mm}, F_{\text{min}} = 20\, \text{N/mm};$ at $D_2 = 30\, \text{mm} - F_{\text{max}} = 50\, \text{N/mm}, F_s = 33.3\, \text{N/mm}, F_{\text{min}} = 16.67\, \text{N/mm}; \varepsilon = 0.2, 0.3\, \text{mm}; n_1 = 60\, \text{rpm}; f_{\text{dry}} = 0.3 - \text{dry friction}; h_{1*} = 1.0\, \text{mm} - \text{allowable wear of the bushing.}$

The results of the calculations are presented in Tables C1, C2, B1, B2 and Figs. 4 - 9.

**Table C1. Maximum tribocontact pressures (glass-filled composite).**

| $D_2$, mm | $\varepsilon$, mm | 20  | 25  | 30  |
|-----------|-------------------|-----|-----|-----|
| 0         | 0.2               | 15.0/12.2/8.6 | 10.7/8.7/6.2 | 8.1/6.6/4.7 |
| 0.5       | 0.2               | 11.6/10.4/7.6 | 8.6/7.4/5.5  | 6.7/5.7/4.2  |
| 1.0       | 0.2               | 5.6/6.05/5.6  | 4.8/4.8/4.2  | 4.1/3.95/3.35 |
| 0         | 0.3               | 18.3/14.9/10.5 | 13.1/10.7/7.5 | 9.95/8.1/5.7 |
| 0.5       | 0.3               | 16.2/13.6/9.9  | 11.8/9.8/7.1  | 9.1/7.55/5.45 |
| 1.0       | 0.3               | 13.4/11.8/9.0  | 10.1/8.7/6.6  | 7.9/6.76/5.1  |

Note: $p_{\text{max}} = 15.0/122/8.6\, \text{(MPa)}$ at $N_{\text{max}} = 1500/1000/500\, \text{(N)}$

In particular, for the bearing with a glass-filled polymer bushing table C1 shows the tribocontact pressures during wear of the bushing, and in Table C2 - its calculated durability at the data selected for calculation. The steel shaft journal wears about three orders of magnitude less.

**Table C2. Calculated bearing durability (glass-filled composite).**

| $D_2$, mm | $\varepsilon$, mm | 500 | 1000 | 1500 |
|-----------|-------------------|-----|-----|------|
| 30        | 0.3               | 252.3/124.1 | 126.2/61.0 | 83.8/39.9 |
| 0.2       | 377.3/186.6       | 188.8/92.4 | 125.6/60.7 |
| 25        | 0.3               | 176.4/86.1  | 88.0/41.9  | 58.0/27.0  |
| 0.2       | 263.5/129.7       | 131.8/63.9  | 87.4/41.7  |
| 20        | 0.3               | 113.8/54.9  | 56.2/26.0  | 36.7/16.3  |
| 0.2       | 170.2/83.0        | 84.8/40.3   | 55.8/25.9  |

Note: $t = 252.3/124.1\, \text{(hours)}$ at $h_{1*} = 1.0/0.5\, \text{(mm)}$

More detailed results for the bearing with the glass-polymer bushing are shown graphically in Figs. 4 - 6.

Accordingly, Fig. 4a, b shows the influence of load $N$, radial clearance $\varepsilon$ and shaft diameter $D_2$ on the maximum initial contact pressures $p_0$. As the diameter of the shaft journal increases, a nonlinear decrease in the value of $p_0$ is observed (Fig. 4a). In the studied range of loads there is a linear increase of $p_0$ with different intensity (Fig. 4b).

Figure 5 shows the change in the tribocontact pressures $p_{0h}$ during wear of the bushing.

**Fig. 4. Regularities of change in the initial maximum contact pressures from various factors of influence.**

**Fig. 5. Regularities of change in the maximum tribocontact pressures during wear at $N_{\text{max}} = 1500\, \text{N}$.**
At a radial clearance $\varepsilon = 0.3$ mm, the dependence of the initial maximum contact pressures $p_0$ on the wear of the bushing is almost linear. At a smaller radial clearance $\varepsilon = 0.2$ mm, the wear of the bushing causes a more significant nonlinear decrease in $p_0$, especially at $h_1 > 0.5$ mm.

Regularities of change of the bearing durability $t$ from various factors of influence are given in fig. 6. With increasing shaft journal diameter, the increase in the bearing durability with different intensities is almost linear (Fig. 6a). With a proportional increase in load, the durability of the bearing decreases nonlinearly with different intensities (Fig. 6b).

Table B1 shows the tribocontact pressures during wear of the carbon polymer bushing of the bearing, and table B2 shows the calculated durability of such a bearing.

Figures 7a and 7b show the effect of load $N$, radial clearance $\varepsilon$ and shaft diameter $D_2$ on the maximum initial contact pressures $p_0$ for a bearing with a carbon-filled polymer bushing.

**Table. B1.** Maximum tribocontact pressures (carbon-filled composite).

| $h_1$, mm | $\varepsilon$, mm | $D_2$, mm | 20      | 25      | 30      |
|----------|------------------|-----------|---------|---------|---------|
| 0        | 0.2              | 12.3/10.0/7.1 | 9.5/7.6/5.4 |
| 0.5      | 0.2              | 10.4/8.75/6.45 | 8.1/6.75/4.95 |
| 1.0      | 0.2              | 6.6/6.25/5.2  | 5.4/5.0/4.1  |
| 0        | 0.3              | 15.02/12.3/8.7 | 11.6/9.3/6.6 |
| 0.5      | 0.3              | 13.85/11.5/8.3 | 10.8/8.8/6.3 |
| 1.0      | 0.3              | 12.15/10.4/7.7 | 9.55/8.0/5.9 |

**Table. B2.** Calculated bearing durability (carbon-filled composite).

| $D_2$, mm | $\varepsilon$, mm | $N$, N | 500      | 1000     | 1500     |
|-----------|------------------|--------|----------|----------|----------|
| 30        | 0.3              | 697.5/347.0 | 329.6/162.7 | 214.8/102.8 |
|           | 0.2              | 1038/517.0  | 489.5/242.7 | 319.0/157.4 |
| 25        | 0.3              | 490.6/243.3 | 232.0/114.0 | 155.5/75.7 |
|           | 0.2              | 728.6/362.3 | 344.4/170.1 | 231.0/113.4 |
| 20        | 0.3              | 320/157.8   | 218.0/71.2  | 97.6/47.6  |
|           | 0.2              | 474.3/235.0 | 152.6/106.8 | 145.0/73.0 |

Slightly higher contact pressures occur in a bearing with a carbon-filled polymer bushing than in a bearing with a glass-filled polymer bushing. Instead, the qualitative patterns of change of the initial maximum contact pressures from different influencing factors are similar to those shown in Figs. 4a and 4b.
Fig. 7. Regularities of change in the initial maximum contact pressures from various factors of influence.

Figure 8 shows the change in the tribocontact pressures $p_{th}$ during wear of the carbon-filled composite bushing.

Fig. 8. Regularities of change in the maximum tribocontact pressures during wear at $N_{\text{max}} = 1500$ N.

In Fig. 8 qualitative patterns of change of the maximum tribocontact pressures from various factors of influence are similar to those shown in Fig. 5, and in terms of values they are slightly larger, as in the case of a bearing with a glass-filled polymer bushing.

The influence of various investigated parameters on the durability of the bearing is given in Fig. 9.

The calculated durability of this bearing is 2.54...2.78 times greater than the durability of the bearing with a glass-filled polymer bushing. This is due to the fact that the wear resistance of these materials according to the triboexperimental studies differs by 3.6 times. Qualitative patterns of change in durability are the same as in Fig. 6.

7. VERIFICATION OF RESULTS

The calculation of the metal-polymer bearing presented in [17] was performed by the
computational method. The following data were used for calculation: \( N = 100 \text{ N}, D_2 = 19 \text{ mm}, \varepsilon = 0.25 \text{ mm}, l = 10 \text{ mm}, F = 10 \text{ N/mm}, E = 0.97 \text{ GPa (at 20 } ^\circ \text{C}), \mu = 0.35 \). The material of the bushing - unstrengthened polyamide PA. According to the calculation results \( p_0 = 3.48 \text{ MPa}, \) and according to \([7]\) - 2.8 MPa. Thus, the discrepancy between the results of the exact solution according to the presented method and the numerical method is 19.5 %.

8. CONCLUSION

1. The developed methodology for calculating hybrid (metal-polymer) sliding bearings provides at the design stage the possibility of predictive assessment of load capacity, durability and radial wear of polyamide bushing, dispersed - reinforced with glass or carbon fibers.

2. According to the model triboexperimental researches carried out according to the developed technique, the characteristics of wear resistance of the investigated polyamide composites in pair with steel in the conditions of dry friction are determined.

3. As a result of numerical solution, the maximum contact pressures and their transformation at a given wear of the bushing are determined. Quantitative and qualitative patterns of their change with the change of the main studied factors of influence are established.

4. In particular, when the load is increased 3 times, the maximum contact pressures increase \( \approx \sqrt{3} \) times regardless of the radial clearance in the bearing and the bushing material. When the journal diameter is increased 1.5 times, regardless of the radial clearance in the bearing, the maximum contact pressures are reduced by \( \approx 1.5\sqrt{1.5} \) times. When the radial clearance is increased 1.5 times, the maximum contact pressures increase approximately 1.5 times.

5. It is established that the maximum contact pressures in bearings with a carbon-filled composite bushing will be greater than in bearings with a glass-filled composite bushing \( \approx \sqrt{E_{CF}/E_{GF}} \) times.

6. The forecast calculation of bearings durability at the set maximum allowable wear taking into account change of the bushing diameter, radial clearance and radial loading is realized. Quantitative and qualitative patterns of its change depending on the change of the specified factors of influence are established.

7. In particular, when the load is increased 3 times, the durability of bearings with a glass-filled polymer bushing, regardless of the radial clearance is reduced almost 3 times, and in a bearing with a carbon-filled polymer bushing - about 3.08 times. When the journal diameter is reduced 1.5 times, the durability of the bearings decreases \( \approx 2.25 \) times, i.e. \( 1.5^2 \) times. When the radial clearance increases 1.5 times, the durability of the bearings decreases in direct proportion, i.e. \( \approx 1.5 \) times.

8. The calculated durability of bearings with a carbon-filled polymer bushing is on average \( 2E_{CF}/E_{GF} \) times greater than the durability of bearings with a glass-filled polymer bushing.

9. The given results of researches confirm efficiency of use at designing of metal-polymer sliding bearings of the presented scientifically sound calculation methodology of their loading capacity, durability or wear.

REFERENCES

[1] W. Brenner, G. Popovic, H. Detter, *Micromechanical functional elements - reduction without limits*, in Symposium "TRIBO-DESIGN. Construction and operating behavior of machine elements subjected to friction and wear", 14 October, 1993, Vienna, pp. 135-150.

[2] Z. Lawrowski, *Sliding bearings history, present situation, future development trends*, Tribologia, no. 6, pp. 7-61, 2007.

[3] M. Kindrachuk, A. Volchenko, D. Volchenko, N. Volchenko, P. Poliakov, O. Tisov, A. Komienko, *Polymeres with enhanced energy capacity modified by semiconductor materials*, Functional Materials, vol. 26, no. 3, pp. 629-634, 2019, doi: 10.15407/fm26.03.629

[4] V.Ye. Panarin, M.Ye. S Gabriyelyan, A.I. Khominych, M.V. Kindrachuk, A.O. Kornienko, *Creation of a diffusion barrier at the interphase surface of composite coatings reinforced with carbon
**nanotubes**, Journal of Nano- and Electronic Physics, vol. 9, no. 6, pp. 060231-060235, 2017, doi: 10.21722/jnep.9(6).06023

[5] I.G. Goryacheva, *The mechanics of frictional interaction*, Moscow: Nauka, 2001.

[6] I.V. Kragelsky, N.M. Dobychin, V.S. Kombalov, *Basics of friction and wear calculations*, Moscow: Mashinostrojenyi, 1977.

[7] A.G. Kuzmenko, Development of methods of contact tribomechanics, Khmelnytsky: KhNU, 2010.

[8] M.I. Tepliy, *Determination of contact parameters and wear in cylindrical sliding bearings*, Friction and Wear, vol. 6, pp. 895-902, 1987.

[9] P.P. Usov, *Internal contact of cylindrical bodies of close radii when their surfaces wear out*, Friction and Wear, vol. 3, pp. 404-414, 1985.

[10] A. Dykh, R. Sorokaty, O. Makovkin, O. Babak, *Calculation-experimental modeling of wear of cylindrical sliding bearings*, Eastern-European Journal of Enterprise Technologies, vol. 5, no. 1, p. 89, 2017, doi: 10.15587/1729-4061.2017.109638

[11] A. Dykh, D. Marchenko, *Prediction the wear of sliding bearings*, International Journal of Engineering & Technology, vol. 7, no. 2.23, pp. 4-8, 2018, doi: 10.14419/ijet.v7i2.11872

[12] R. Sorokaty, M. Chernets, A. Dykh, O. Mikosyanchyk, *Phenomenological model of accumulation of fatigue tribological damage in the surface layer of materials*, In: Ulh T. (eds) Advances in Mechanism and Machine Science. IFToMM WC 2019. Mechanisms and Machine Science, vol. 73, pp. 3761-3769, 2019, doi: 10.1007/978-3-030-20131-9_371

[13] W. Zwiezycyki, *Predicting the reliability of wearing machine elements*, Radom: Institute for Sustainable Technologies, 1999.

[14] R.V. Sorokaty, *Modeling the behavior of tribosystems using the method of triboelements*, Journal of Friction and Wear, vol. 23, iss. 1, pp. 16-22, 2002.

[15] R.V. Sorokaty, *Solution of the problem of wear of a fine elastic layer with a rigid bearing mounted on a rigid shaft using the method of triboelements*, Journal of Friction and Wear, vol. 24, iss. 1, pp. 35-41, 2003.

[16] R.V. Sorokaty, *Evaluation of efficiency of sliding bearings during reciprocation*, Journal of Friction and Wear, vol. 24, iss. 2, pp. 136-143, 2003.

[17] W. Wielieba, *Maintenance-free plain bearings made of thermoplastic polymers*, Wroclaw: publ. Wroclaw University of Technology, 2013.

[18] A. Rezaei, W. Ost, W. Van Paepegem, P. De Baets, J. Degrieck, *Experimental study and numerical simulation of the large-scale testing of polymeric composite journal bearings: Three-dimensional and dynamic modeling*, Wear, vol. 270, iss. 7-8, pp. 431-438, 2011, doi: 10.1016/j.wear.2010.11.005

[19] A. Rezaei, W. Ost, W. Van Paepegem, P. De Baets, J. Degrieck, *A study on the effect of the clearance on the contact stresses and kinematics of polymeric composite journal bearings under reciprocating sliding conditions*, Tribology International, vol. 48, pp. 8-14, 2012, doi: 10.1016/j.triboint.2011.06.031

[20] A. Rezaei, W.V. Paepegem, P. De Baets, W. Ost, J. Degrieck, *Adaptive finite element simulation of wear evolution in radial sliding bearing*, Wear, vol. 296, iss. 1-2, pp. 660-671, 2012, doi: 10.1016/j.wear.2012.08.013

[21] M.V. Chernets, *On the issue of assessing the durability of cylindrical sliding tribosystems with boundaries close to circular*, Friction and Wear, vol. 3, pp. 340-344, 1996.

[22] M.V. Chernets, *Trib-contact tasks for cylindrical joints with technological non-circularity*, Lublin: Lublin Polytechnic, 2013.

[23] M.V. Chernets, O.E. Andreikiv, N.M. Liebiedieva, V.V. Zhydyk, *A model for evaluation of wear and durability of plain bearing with small non-circularity of its contours*, Materials Science, vol. 45, pp. 279-290, 2009, doi: 10.1007/s11003-009-9176-5

[24] M.V. Chernets, V.B. Zhydyk, Yu.M. Chernets, *Accuracy of evaluation of the service life of a plain bearing according to the generalized cumulative model of wear*, Materials Science, vol. 50, pp. 39-45, 2014, doi: 10.1007/s10003-014-9689-4

[25] M. Chernets, Ju. Chernets, *Generalized method for calculating the durability of sliding bearings with technological out-of-roundness of details*, Proceedings of the Institution of Mechanical Engineers, Part J: Journal of Engineering Tribology, vol. 229, iss. 2, pp. 216-226, 2015, doi: 10.1177/1350650114554242

[26] M.V. Chernets, *Prediction of the life of a sliding bearing based on a cumulative wear model taking into account the loding of shaft contour*, Journal of Friction and Wear, vol. 36, pp. 163-169, 2015, doi: 10.3103/S1068366615020038

[27] A.E. Andreikiv, M.V. Chernets, *Evaluation of the contact interaction of rubbing machine elements*, Kyiv: Naukova Dumka, 1991.

[28] M.V. Chernets, *Contact problem for a cylindrical joint with technological faceting of the contours of its parts*, Materials Science, vol. 45, pp. 859-868, 2009, doi: 10.1007/s11003-010-9252-x